# $C$ haotic and pow er law states in the P ortevin-Le C hatelier e ect 

M .S.Bharathi $i^{1}$ and G.Ananthakrishna ${ }^{1 ; 2}$<br>${ }^{1} \mathrm{M}$ aterials Research C entre, Indian Institute of Science, B angalore-560012, India<br>${ }^{2}$ C entre for C ondensed M atter $T$ heory, Indian Institute of Science, B angalore-560012, India

PACS.62.20.Fe \{ D eform ation and plasticity.
PACS.05.65.+b \{ Self-organized system s.
PACS.05.45.AC \{ Low -dim ensional chaos.


#### Abstract

Recent studies on the P ortevin -Le C hatelier e ect report an intrigu ing crossover phenom enon from a low dim ensional chaotic to an in nite dim ensional scale invariant power law regim $e$ in experim ents on $C u A l$ single crystals and $A \mathbb{M} g$ polycrystals, as a function of strain rate. $W$ e devise a fully dynam ical $m$ odel which reproduces these results. At low and $m$ edium strain rates, the $m$ odel is chaotic $w$ th the structure of the attractor resembling the reconstructed experim ental attractor. At high strain rates, pow er law statistics for the $m$ agnitudes and durations of the stress drops em erge as in experim ents and concom itantly, the largest Lyapunov exponent is zero.


The P ortevin-Le C hatelier (P LC ) e ect, discovered at the tum of the last century [ill 1 , is a striking exam ple where collective behaviour of defects leads to com plex spatio-tem poral pattems [ $[4]$ when sam ples of dihute alloys are deform ed under constant strain rate, _a (actually constant pulling speed). The e ect is observed only in a window of strain rates and tem peratures. Each stress drop is associated w th the form ation and often the propagation of a dislocation band. In polycrystals, at low _, the random ly nucleated type C bands w ith large stress drop am plitudes are seen. At interm ediate strain rates, one nds the spatially correlated 'hopping' type $B$ bands $m$ oving in a relay race $m$ anner $w$ ith $s m$ aller stress drop am plitudes. At high strain rates, propagating type A bands with sm allam plitudes are observed. (In single crystals such a clear classi cation does not exist.) These di erent types of P LC bands are believed to represent distinct correlated states of dislocations in the bands. It is this rich spatio-tem poral dynam ics that has recently attracted the attention of physicists as well [ e ect is a good exam ple of slow -fast dynam ics com monly found in many stick-slip system $s$


Recent e orts have shown that surprisingly large body of inform ation about the nature of dynam ical correlations is hidden in the stress-strain curves [1] [in]. M ore recently, an intriguing crossover phenom enon from a chaotic regim e occurring at low and medium strain rates to a pow er law regim e at high strain rates has been detected in experim ents on the P LC

C EDP Sciences
 crossover itself is insensitive to the $m$ icrostructure. The purpose of this paper is to extend a m odel for the P LC e ect introduced earlier $\left.[1] 4_{1}^{1}\right]$ to explain this crossover phenom enon.
$T$ his crossover phenom enon is of interest in the larger context ofdynam icalsystem $s$ as th is is a rare exam ple of a transition betw een tw o dynam ically distinct states. C haotic system s are characterised by the self sim ilarity of the strange attractor and sensitivity to initialconditions quanti ed by fractal dim ension and the existence of a positive Lyapunov exponent, respectively. In contrast, a class of spatially extended dissipative system soften exhibit a tendency to evolve to a marginally stable state, characterised by power law statistics for the events, under the action of slow extemal drive w ith no param eter tuning. (It m ust be em phasized that pow er law s can arise due to other mechanism salso [1] [1] ].) Such a state is term ed as selforganised criticality (SO C ) by Bak et al [16]. Unlike the low dim ensionalnature of the chaotic attractor, SO C state is an in nite dim ensional state. Large num ber of physical system s are known to exhibit SO C type features [ 1
$T$ here are num erous $m$ odels and experim ents w here either of these dynam ical regim es have
 where both these states are observed in one and the sam e system. The other exam ple is in hydrodynam icsw here chaos is observed at low R ay leigh num ber and pow er law scaling regim e, know $n$ as hard turbulence, is seen at high values [2d]. M oreover, both the hard turbulence in convection and the power law regime in the P LC e ect are observed at high drive param eter values in contrast to m ost SO C system s [1] 10 . Thus, power law s in the P LC e ect are closer to the turbulent regim e in convection than other SO C system s .
$T$ he $m$ icroscopic origin of the PLC e ect is due to the interaction of $m$ obile dislocations w ith di using solute atom $s$ and is referred to as dynam ic strain aging (D SA ), rst suggested by C ottrell [4] and later im proved by others. (See for instance ref. [1, rates (or high tem peratures) the average velocity of dislocations is low, there is su cient tim e for solute atom $s$ to di use to dislocations and pin them (usually called as aging). T hus, longer the dislocations are arrested, larger will be the stress required to unpin them. W hen these dislocations are unpinned, they m ove at large speeds till they are pinned again. At high strain rates (or low tem peratures), the tim e available for solute atom $s$ to di use to the dislocations decreases and hence the stress required to unpin them decreases. Thus, in a range of strain rates and tem peratures where these tw o tim e scales are typically of the sam e order of $m$ agnitude, the P LC instability $m$ anifests. The com petition betw een the slow rate of pinning and sudden unpinning of the dislocations, at the $m$ acroscopic leveltranslates into a negative strain rate sensitivity (SRS) of the ow stress as a function of strain rate which is the basic instability m echanism used in m ost phenom enologicalm odels [

Thew ellseparated tim e scales im plied in the D SA is m im icked by the fast m obile, im m obile and the interm ediate 'decorated' C ottrell type dislocations in the dynam icalm odel due to A nanthakrishna and cow orkers [14.1. The basic idea of the m odel is that qualitative features of the P LC e ect em erge from the nonlinear interaction of these few dislocation populations, assum ed to represent the collective degrees of freedom of the system. T he rate equations for dislocation densities are constructed based on known dislocation m echanism s. In spite of the idealised nature of the m odel, it is successful in explaining several generic features of the P LC e ect, such as the em ergence of the negative SR S [1] onset of the P LC instability, and the existence of a w indow of strain rates and tem peratures for the occurrence of the P LC e ect (see $\left.\left[1 \overline{4}_{1}^{1}\right]\right)$. O ne prediction of the model is that there is a range of strain rates where the P LC e ect is chaotic [22i], subsequently veri ed by analysing experim ental signals [1] [1] ]. The m odel has been studied in detail by our group and others


Since the $m$ odel is fully dynam icaland it predicts chaos at interm ediate strain rates found in experim ents, it has the right ingredients for studying this crossover. H ere, we outline the m odel in term s of scaled variables in the notation of $R$ ef. [2] $]$. In addition, we introduce a
 $m$ odel consists of densities of $m$ obile, im $m$ obile, and C ottrell's type dislocations denoted by $m(x ; t), i m(x ; t)$ and $c(x ; t)$ respectively, in the scaled form. The evolution equations are:

$$
\begin{align*}
& \frac{a_{m}}{@ t}=b_{0} \underset{m}{2} \quad m \quad i m+i m \quad a_{m}+\underset{e f f}{m}+\frac{D}{i m} \frac{@^{2}(\underset{e f f}{m}(x) m)}{@ x^{2}} ;  \tag{1}\\
& \frac{a_{\mathrm{im}}}{@ t}=b_{0}\left(b_{0}^{2} \quad m \quad i m \quad i m+a_{c}^{2}\right) ;  \tag{2}\\
& \frac{a_{c}}{d t}=c(m \quad c): \tag{3}
\end{align*}
$$

The rst term in eqn.(1) refers to the form ation of locks and consequent im mobilisation of two m obile dislocations, the second term to the annihilation of a m obile dislocation w ith an $\mathrm{m} m$ obile one, and the third term to the rem obilisation of the im obile dislocation due to stress or them al activation. The fourth term represents the im obilisation of $m$ obile dislocations due to solute atom s . O nce a m obile dislocation starts acquiring solute atom s we regard it as the C ottrell's type dislocation $c$. As they progressively acquire m ore solute atom s , they eventually stop, then they are considered as im mobile dislocations im (loss term in eqn. (3) and the gain term in eqn. (2)). A ltemately, the aggregation of solute atom $s$ can be regarded as the de nition of $c$, ie., $c={ }^{R_{t}} d t^{0}{ }_{m}\left(t^{0}\right) K\left(t t^{0}\right)$. For the sake of sim plicity, we use a single tim e scale with $K(t)=e^{c t} . T$ he convoluted nature of the integral physically im plies that the m obile dislocations to w hich solute atom s aggregate earlier w ill be aged m ore than those which acquire solute atom $s$ later ( see ref. [ $\left.{ }_{2} 1_{1}^{\prime}\right]$ ). The th term represents the rate of $m$ ultiplication of dislocations due to cross-slip. This depends on the velocity of the mobile dislocations taken to be $V_{m}()=\underset{\text { eff }}{m}$, where eff $=\left(\quad h \begin{array}{l}1=2 \\ i m\end{array}\right)$ is the scaled e ective stress, the scaled stress, $m$ the velocity exponent and $h$ a work hardening param eter. The last term is a spatial coupling term arising out of the nonlocal nature of the cross-slip as argued below. A ctually, the nature of the spatial coupling in the PLC e ect has been a m atter of debate $\overline{R_{v}^{\prime}} \overline{1} \overline{1} \cdot$. W thin the scope of the $m$ odel, a natural source of spatial coupling is the nonlocal nature of cross-slip as dislocations generated at a point spread over to the neighbouring elem ents. (C om patibility stresses betw een the slipped and the unslipped regions and long range interactions are other possible sources of coupling [ [1, in li].) Let $x$ be an elem entary length. Then, the $u x(x)$ ow ing from $x \quad x$ and out of $x$ is given by $(x)+\frac{p}{2}[(x+x) 2(x)+(x \quad x)]$ where $(x)=\quad m(x) V_{m}(x)$. Here p is the probability of cross-slip spreading into neighbouring elem ents. Expanding ( $x \quad x$ ) and keeping the leading term s , we get $\mathrm{m} \mathrm{V}_{\mathrm{m}}+\frac{\mathrm{p}}{2} \frac{\mathrm{~d}^{2}\left(\mathrm{~m} \mathrm{~V}_{\mathrm{m}}\right)}{0 \mathrm{x}^{2}}(\mathrm{x})^{2}$ : Further, cross-slip spreads only into regions of $m$ inim um back stress. Noting that the back stress is usually taken to result from the immobile dislocation density ahead of it, we use $x^{2}=<x^{2}>=r^{2}{ }^{1}{ }^{1}$. Here < :::> refers to the ensemble average and $r^{2}$ is an elem entary (dim ensionless) length. $F$ inally, $a, b_{0}$ and $c$ are the scaled rate constants referring, respectively, to the concentration of solute atom $s$ slow ing dow $n$ the $m$ obile dislocations, the them al and atherm al reactivation of im m obile dislocations, and the rate at which solute atom s are gathering around the m obile dislocations. W e note that the order of $m$ agnitudes of the constants have been identi ed in ref. [14

$$
\begin{equation*}
\frac{d(t)}{d t}=d\left[\frac{1}{l}_{0}^{Z} m(x ; t) \underset{e f f}{m}(x ; t) d x\right] ; \tag{4}
\end{equation*}
$$

where _ is the scaled applied strain rate, $d$ the scaled e ective $m$ odulus of the $m$ achine and the sam ple, and l the dim ensionless length of the sam ple. (W e reserve a for the unscaled strain rate.)

The P LC state is reached through a H opf bifurcation. The dom ain of instability in _ is $10<\ldots<2000$, and that in otherparam eters is the sam e as in the originalm odel, beyond which uniform steady states exist. Here, we use $a=0: 8 ; b_{0}=0: 0005 ; c=0: 08 ; \mathrm{d}=0: 00006 ; \mathrm{m}=$ $3: 0 ; \mathrm{h}=0: 07$ and $D=0: 5$. (T he param eter values used here are essentially the sam e used in several of our earlier calculations. [2] [2].].) B ut the results discussed below hold true for a w ide range of other param eters in instability dom ain including a range of values of .
$T$ hese equations are discretised into $M$ equalparts of $w$ idth land solved num erically for ( $j ; t$ ), im $(j ; t) ; ~ c(j ; t), j=1 ; 2 ;:: ; M$, and $(t)$. D ue to the widely di ering tim e scales, appropriate care has been exercised in the num erical solutions of these equations by using a variable step fourth order R unge-K utta schem ew ith an accuracy of $10{ }^{4}$ for all the four variables. The spatial derivative of $m$ is approxim ated by its central di erence. The in itial values of dislocation densities are taken to be their steady state values w ith a G aussian spread along the length of the sam ple w ith a G aussian spread along the length of the sam ple, since the long term evolution of the system is essentially independent of the initialvalues. N ow consider the boundary conditions. Since the sam ple is strained at the grips, we choose im ( $j ; t$ ) at $j=1$ and $N$ to be three orders ofm agnitude $m$ ore than rest of the sam ple and $m(j ; t)=c(j ; t)=0$ at $j=1$ and $N$, as $m$ and cannot evolve into the grips.

W e rst recall the relevant experim ental results on the crossover phenom enon and com pare them w th those from the $m$ odel. $P$ lots oftw $o$ experim ental stress-strain curves corresponding to the chaotic and SO C regim es of applied strain rates are shown in Fig. 1. In ref. [12 1 , the chaotic nature of the stress-strain curve shown in $F$ ig. 1a, was dem onstrated by show ing the existence ofa nite correlation dim ension using the standard $G$ rassberger $P$ rocaccia algorithm $\left.\left[{ }^{[ }\right]_{1}\right]$, and the existence of a positive Lyapunov exponent [1] $]$. B oth these m ethods involve em bedding the tim e series in a higher dim ensional space using tim e-delay technique [19'1]. (In addition, surrogate data analysis w as also carried out in [1] 걱.].) The correlation dim ension, , of the experim ental attractor was found to be 2.3. Then, the num ber of degrees of freedom required for the description of the dynam ics of the system is given by the $m$ inim um integer larger than +1 which is four in this case, consistent $w$ ith that used in the originalm odel. $T$ he geom etrical interpretation of these degrees of freedom is that it is the subspace to which the trajectories are con ned. This dim ension can also be obtained by an altemate $m$ ethod, called the singular value decom position [28], which has an additional advantage of allow ing the visualisation of the strange attractor. This m ethod has been applied to the PLC tim e series earlier []$\left._{1}^{1}\right]$. In this $m$ ethod, the tra jectory $m$ atrix is constructed and the eigen values of the covariance $m$ atrix are calculated. For the time series in $F$ ig. 1a, we nd that the relative strength of the fourth eigen value drops m ore than tw o orders ofm agnitude com pared to the rst and changes very little beyond the fourth eigen value. Thus, we estim ate the dim ension of the experim ental attractor to be four, consistent $w$ ith that obtained from the correlation dim ension. U sing the rst three principaldirections of the subspace $C_{i} ; i=1$ to 3 , we have reconstructed the experim entalattractor in the space of speci cally chosen directions $C_{1} \quad C_{2} ; C_{3}$ and $C_{1}$ to perm it com parison $w$ ith the $m$ odel. $T h$ is is show $n$ in $F$ ig. 2a for the experim ental tim e series at ${ }_{\_}=1: 7 \quad 10{ }^{5} \mathrm{~s}^{1}$. This can be com pared w th the strange attractor obtained from the model in the space of $m$; im and $c$ (at an arbitrary spatial location, here $j=50$ and $N=100$ ) show $n$ in $F$ ig. 2 b for ${ }_{-}=120$ corresponding to the $m$ id chaotic region (see below). N ote the sim ilarity with the experim ental attractor particularly about the linear portion in the phase space ( $F$ ig. 2a) identi ed w ith the loading direction in F ig. 1a. N ote that the identi caton of the loading direction is consistent with the absence
of grow th of $m$. Since the existence of a positive Lyapunov exponent is a con $m$ atory test of chaos, we have calculated both the largest Lyapunov exponent (LLE) and the spectrum of Lyapunov exponents [19] directly from the $m$ odel. Since the $m$ agnitude of the LLE and that of the largest Lyapunov exponent calculated from the spectrum agree, we have shown the average LLE (obtained over 15000 tim e steps after stabilisation) in Fig. 3a as a function of the strain rate for $\mathrm{N}=100$. The LLE becom es positive around _= 35 reaching a m axim um at _= 120, and practically vanishing around 250. (P eriodic states are observed in the interval $10<\ldots<35$. .) For _ 250, the dispersion in the value of the LLE is $510^{4}$ which is the sam e order as the $m$ ean. Thus, the LLE is taken to vanish beyond $=250$ as is expected of the power law regim e [20].

At high strain rates beyond _ 280, the stress-tim e series obtained from the m odel show s no inherent scale in them agnitudes of the stress drops as in the case ofexperim entaltim e series at high strain rates $\left[12 v_{1}^{\prime \prime}\right]$. W e have analysed the distributions for the stress drop $m$ agnitudes
and their durations $t$. The distribution ofstress drop $m$ agnitudes, D ( ) , show sa power
law D ( ) . This is shown in Fig. 3b( ) along with the experim ental points ( ) corresponding to ${ }_{a}=8: 3 \quad 10{ }^{5} \mathrm{~s}^{1}$. C learly both experim ental and theoretical points show a scaling behaviour with an exponent value 1:1. The distribution of the durations of the drops D ( $t$ ) $t$ also show sa power law with an exponent value 1:3. The conditional average of denoted by $<\quad>$ c for a given value of $t$ behaves $a s<\quad>c \quad t^{1=x} w$ ith $\mathrm{x} \quad 0: 65$. The exponent values satisfy the scaling relation $=\mathrm{x}(1)+1$ quite well. Since the basic cause of the stress-drops is the grow th of m obile dislocation density during this period, one can $l_{0} k_{R}$ at the scaling behaviour of the total density in the sam ple at a given time using $m(t)=m(x ; t) d x$. Let $m(t)$ denote the increase in $m(t)$ occurring during the intervals of the stress drops. Then, one should expect that the statistics of $m$ also to exhibit a power law, ie., D ( m) m , w ith the sam e exponent value as. A plot of $D(\mathrm{~m})$ for $N=300$ is show $n$ in $F i g .3 b$ (\}). The extent of the power law regim $e$ is nearly tw o orders w ith 1:1, sam eas. The large bum p at high values is due to the ect of nite size of the system as in $m$ any $m$ odels $\left[\frac{[6]}{[6]}\right.$ and in particular, here it is due to high levels of stress at the grips. N oting that dislocation bands cannot propagate into regions of high stresses, it is clear that the edges cause distortions in the otherw ise sm oothly propagating bands leading to large changes in $m(t)$. Typically, the in uence of the edges are felt by the band when it is 20 sites aw ay. Increasing $N$ from 100 to 300 , increases the scaling regim e by half a decade and the peak of the bum p reduces from 700 to 500 , thus indicating the in uence of the nite size of the system.

To sum up, the present $m$ odel exhibits chaotic dynam ics at low and $m$ edium strain rates, and SO C dynam ics at high _. These distinct dynam icalstates and the crossover clearly em erge due to the inclusion of nonlinearities in the form ofbasic dislocation $m$ echanism and a spatial coupling. As for the nature of dynam ics in di erent regions of strain rate, one can perhaps anticipate the em ergence of the spatio-tem poral chaotic regim e $[\underline{3} 01]$ as the original m odel exhibits chaos. H ow ever, the em ergence of SO C dynam ics needs som e explanation. Recently, we have show $n$ that the upper $\lim$ it of the PLC e ect in the originalm odel is a result of a reverse $H$ opf bifurcation at high strain rates [ $\left.{ }_{2}^{2}\right]$. $]$. This im plies that the average am plitude of the stress drops decreases as a finction of strain rate as in experim ents. This m eans that the average stress level (in tim e) is roughly constant with sm all uctuations around the $m$ ean im plying that _ essentially balances the totalplastic strain rate. The picture essentially rem ains unaltered when spatial coupling is introduced. Thus, in this regim e, the state of the system is critically poised as in any SO C system. Recently, we have show n that the geom etry of the slow m anifold has a bent structure and the 'fold line' on the slow m anifold corresponds to the threshold value of stress for unpinning the dislocations. (See gs. 4 and 5 in ref. [2] ${ }_{2}^{1}$ ]
and also for further details.) Interestingly, for the SOC regim e, we nd that m ost of the spatial elem ents are literally on the 'fold line' corresponding to the $m$ arginally stable state.
$T$ he dynam ical origin of the scaling regim $e$ in our $m$ odel is sim ilar to that dealt by $G$ il and Somette [i] [1] using a subcritical H opf bifurcation. M ore recently, a dynam ical analysis of Zhang's m odel of SO C has been reported as well [3]_]. H ow ever, it m ust be pointed out that in the present case, the scaling occurs at high drive values in contrast to $m$ any SO C type m odels. In this sense, the dynam ical regim es found in ourm odel are sim ilar to that observed in them al convection of a box of helium gas, nam ely, periodic states! chaos! power law hard turbulence regim e [20, ${ }_{1}^{\prime}$ ] as a function of $R$ ayleigh num ber. (A ctually, chaos and hard turbulence are separated by soft turbulence.) Lastly, to the best of our know ledge, this is the rst m odelw hich exhibits such a crossover not just in the context of the P LC e ect, but as a general crossover betw een tw o distinct dynam ical regim es.

W e thank Prof. N euhauser for supplying the experim ental data. This work is supported by D epartm ent of Science and Technology, $G$ rant $N O$ : SP /S2/K $-26 / 98, \mathrm{~N}$ ew D elhi, India.

## REFERENCES

[1] Le Chatelier F., Rev. de M etallurgie, 6 (1909) 914; P ortevin A. and Le Chatelier F., C.R.A cad. Sci. P aris, 176 (1923) 507.
[2] V iewpoint Set N o 21, P ropagative Instabilities. Scripta. M etall, 29 (1993) 1147.
[3] K ubin L P.,Fressengeas C. and A nanthakrishna G ., C ollective B ehaviour of D islocations, edited by N abarro F R .N., D islocations in Solids, Vol. 11 (N orth H olland, Am sterdam ) 2002.
[4] C ottrell A.H., D islocations and P lastic F low in C rystals (U niversity P ress, O xford) 1953.
[5] Persson B N .J. and T osattiE., P hysics of Sliding Friction (K luw er A cadem ic P ublishers, D ordrecht) 1996.
[6] C arlson J.M. and Langer J.S., Phys. Rev. Lett., 62 (1989) 2632; Phys. Rev. A ., 40 (1989) 6470.
[7] M augis D. and B arquins M., Adhesion, edited by A llen K .W ., Vol. 12 (E lsevier, London) 1988, p. 205.
[8] D'Anna G. and N oriF., Phys. Rev. Lett., 85 (2000) 4096.
[9] Franklin S.V., M ertens F. and M arder M ., Phys. Rev. E., 62 (2000) 8195.
[10] A nanthakrishna G ., et alı, Scripta. M etall, 32 (1995) 1731.
[11] N oronha S.J., et al., Int. J. of B ifurcation and Chaos, 7 (1997) 2577.
[12] A nanthakrishna G ., et al, Phys. Rev.E., 60 (1999) 5455.
[13] B harathiM .S., et al., Phys. Rev. Lett., 87 (2001) 165508.
[14] A nanthakrishna G. and Valsakumar M .C ., J. Phys. D ., 15 (1982) L171.
[15] See for instance chapter 14 of Sornette D., C ritical P henom ena of N atural Sciences: C haos, Fractals, Self-O rganization and D isorder: C onœpts and Tools (Springer, H eidelberg) 2000.
[16] Bak P., Tang C. and W iesenfeld K., Phys. Rev. Lett., 59 (1987) 381 ;P hys. Rev. A., 38 (1988) 364.
[17] Jensen H.J., Selfo rganised C riticality (C am bridge U niversity P ress, C am bridge) 1998.
[18] B ak P., H ow N ature W orks (Springer - Verlag, N ew Y ork) 1996.
[19] A barbanel H D .I., A nalysis of O bserved Chaotic D ata (Springer-V erlag, N ew Y ork) 1996.
[20] H eslot F., C astaing B. and Libchaber A ., Phys. Rev. A ., 36 (1987) 5870.
[21] R a jesh S. and A nanthakrishna G ., Phys. Rev. E., 61 (2000) 3664.
[22] A nanthakrishna G. and Valsakumar M .C ., Phys. Lett., A 95 (1983) 69.
[23] Bekele M . and A nanthakrishna G .,Phys. Rev. E., 56 (1997) 6917.
[24] G lazov M .V ., et al, Appl. Phys. A, 64 (1997) 373.
[25] Zaiser M ., et al, C om p. M ater. Science, 5 (1999) 35.
[26] Rajesh S.and A nanthakrishna G ., Physica D , 140 (2000) 193.
[27] P.G rassberger and I. Procaccia,P hysica D , 9 (1983) 189.
[28] B roomhead D.and K ing G.,Physica D , 20 (1987) 217.
[29] C hen K ., Bak P. and O bukhov S.P.,Phys. Rev. A., 43 (1991) 625.
[30] See C ross M .C . and H ohenberg P.C., Rev. M od. Phys., 65 (1993) 851 for a discussion on the transition from chaos to spatio-tem poral chaos.
[31] G il L. and Sornette D ., Phys. Rev. Lett., 96 (1996) 3991.
[32] B lanchard Ph., C essac B . and K ruger T ., J. Stat. Phys., 88 (1997) 307; J. Stat. Phys., 98 (2000) 375; C essac B ., B lanchard Ph. and K ruger T ., Phys. Rev. E., 64 (2001) 016133.


F ig. 1 \{ E xperim ental stress-tim e series corresponding to (a) chaotic state at a $=1: 7 \quad 10{ }^{5} \mathrm{~S}^{1}$ and (b) SO C state at ${ }_{a}=8: 310{ }^{5} \mathrm{~s}^{1}$.


Fig. 2 \{ (a) R econstructed experim ental attractor (b) A ttractor from the model for $N=100, j=50$.


Fig. 3 \{ (a). The largest Lyapunov exponent of the $m$ odel. (b) $D$ istributions of the stress drops from the model ( ), from experim ents ( ) and m (\}) from the model. Solid lines are guide to the eye.

